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A B S T R A C T
AA2618 aeronautical aluminum alloy has been largely used in the past, especially in well-known Concorde
aircraft, developed during sixties decade. In more recent aircraft, this alloy has been largely replaced by others
such as 7075 which present greater fatigue resistance. Forgotten for a time, AA2618 comes back in new aircrafts
for structural parts submitted to fatigue loading at high temperature because of only a slight decrease of fatigue
resistance of this alloy compared to room temperature fatigue resistance. In this paper, a complete fatigue
characterization of 2618-T851 aluminum alloy is presented: fatigue tests under uniaxial tensile or torsion cyclic
loadings, with mean tensile or shear stress have been realized; fatigue tests under combined tensile-torsion, in or
out-of-phase have also been conducted as well as some combined tensile-torsion-internal pressure fatigue tests.
All these tests covered 104–107 cycles range. At last, Crossland multiaxial fatigue criterion has been used and
extended to median fatigue life domain to analyze these results.
1. Introduction
Derived from high strength aluminum alloys developed before first
world war by Royce Rolls (RR serie 1929), aluminum copper 2618
T851 alloy (Hiduminium RR58; AU2GN) has been further developed by
High Duty Alloys Ltd for aircraft gas turbine compressor engines and
has been widely used in Concorde aircraft structure (fuselage skin,
outer skin of engines, wings) because of its high resistance stress level,
its low density and its high resistance at high temperature (130 °C)
[1,2]. This aluminum alloy is an Al Cu Mg Fe Ni alloy; Fe and Ni
atomic elements addition are responsible of this high temperature re
sistance as they form coarse intermetallic particles (Al9FeNi) providing
microstructural stability at high temperature. Nowadays this alloy has
been replaced by aluminum alloys such as 2214 or 7075. However,
2618 aluminum alloy is still used in industrial applications that involve
high strength to weight ratio with high temperature exposures such as
compressor wheels of exhaust turbochargers or automotive engine cy
linder heads or aeronautical applications such as components of aircraft
engines. This alloy can be also employed for application where short
time exposure to temperature up to 300 °C is involved. Some research
works have been recurrently realized in the four last decades con
cerning this particular alloy; most of these research studies concern
microstructural characterization and deal with the condition of for
mation of intermetallic particles during heat treatment [3 8]. AA2618
T6 microstructure generally consists of mixed recrystallized and non
recrystallized solid solution Al α Cu Mg grains, a slight proportion of
stable S phase Al2CuMg fine coherent plate like intermetallic pre
cipitates homogeneously distributed in the matrix, and, in larger pro
portion (99%), of stable Al9FeNi intermetallic particles distributed in
homogeneously in Al α grains as wells as in grains boundaries. S phase
coarse particles can rarely appear in grain boundaries; in that case
precipitates free zone (PFZ) are observed along grain boundaries. S
phase particles are identified to mainly contribute to strengthening; it
has been also shown that metastable S phase needles size was sensitive
to deformation before ageing treatment; S phase needles are smaller in
deformation ageing state, and consequently, dispersion strengthening is
more efficient. Otherwise, hardness peak during ageing treatment is
reached faster in DAT state than in T6 state. Moreover, Al9FeNi are
identified to contribute to grain size control at elevated temperature
and dispersion hardening as effective barrier for dislocation movement.
Other type of intermetallic particles (Al2Cu, Mg2Si, AlCuNi, Al7Cu2Fe)
can be found also. As well as for all 2xxx, 6xxx or 7xxx aluminum al
loys, monotonic mechanical properties (yield stress, ultimate strength
and elongation) clearly depend on heat treatment conditions, especially
on aging conditions even if the conditions of solution treatment have
also unneglectable influence as it controls the dissolution of most of
intermetallic particles in the matrix, except Al9FeNi particles.
Since the first mechanical behavior investigation [9 11], AA2618
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analysis pointed out the nature of such particles: Al9FeNi (Fig. 6).
Whatever the stress level is and the surface roughness is, fatigue crack
initiate systematically on such kind of particles (Fig. 7).
These particles act as stress concentrators because of their me
chanical properties. This phenomenon is well known for aluminium
alloys [26,27].
In the case of stress ratio Rσ=−2 (Fig. 8), no more sensitivity can
be considered: at 106 cycles, the stress decrease is only of 10MPa,
which is lower than observed scatter of the data, which is however
greater than the dispersion observed for stress ratio of 0.1. Crack in
itiation mechanisms are similar to those observed for a load ratio of 0.1
with Al9FeNi intermetallic particles as initiation site.
Under uniaxial torsion loadings, no surface roughness sensitivity is
observed (Fig. 9); this can be explained by the fact that surface shear
stress is aligned with machining (turning) grooves.
Previous studies on aeronautical aluminium alloys pointed out some
influence of surface roughness [25,26] so that fatigue life prediction
under uniaxial tensile loading based on stress concentration coefficient
induced by surface roughness gave good results [27]. These alloys were
characterized by an homogeneous repartition of fine strengthening in
termetallic particles which were also the initiation site of fatigue cracks.
For these alloys, the influence of surface roughness was explained by
stress concentration whose intensity was considered of same level than
stress concentration due to intermetallic particles so that these two
sources could interact. At high stress level, influence of surface
roughness disappears because of the larger plastic zone around initia
tion site so that stress concentration due to surface roughness does not
interact with particles any longer. For the present alloy, such fine mi
crostructure is not observed; on the contrary, as it can be seen on Fig. 1,
intermetallic particles are so coarse that it becomes obvious that,
whatever the stress level is, stress concentration due to these particles is
predominant compared to stress concentration due to surface rough
ness.
4.1.2. Influence of stress ratio
Influence of tensile and torsion stress ratio on fatigue lifetime has
been investigated for a given surface roughness of 0.8 µm. Concerning
stress ratio effect for uniaxial tensile cyclic loadings (Fig. 10); the re
sults are in agreement with expected results in this fatigue regime: the
deleterious influence of positive tensile stress on fatigue resistance can
be observed. This experimental result has been largely presented
through literature and most fatigue criteria take into account some
mechanical quantity in order to reproduce this influence.
Under torsion cyclic loadings, sensitivity to shear mean stress is also
observed even if maximum shear stress is less than shear yield stress
(Fig. 11). Same influence has been observed by Zhang [28] for Al2A12
T4 and Gates for Al 2024 T3 [29]. It clearly appears that this influence
decreases for low shear stress amplitude. This is why most of the
multiaxial fatigue criteria, developed for fatigue limit, do not take into
account this influence. This obviously must be considered carefully
Table 2
Monotonic characteristics of 2618-T851 aluminum alloy.
Young modulus E (GPa) Ultimate tensile stress
(MPa)
Tensile yield strength (0,
2%)
(MPa)
Compressive yield strength (MPa) Shear modulus G (GPa) Shear yield strength
(0.2%) (MPa)
Ratio
σy/τy
72 464 438 400 27 260 1.79
Fig. 2. Geometry of specimens for uniaxial and tension-torsion fatigue test.
Fig. 3. Geometry of specimens for combined loading fatigue test with internal pressure.
Fig. 4. Cylindrical coordinates system used to express internal pressure loading.
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The fatigue curve β Nf( ) that fit the chosen experimental data can be
considered as the referenced S N curve for the studied alloy. The al
ternate stress standard deviation is of 20.7MPa
Using this material characterization of 2618 T851 aluminum alloy,
fatigue results under combined tensile torsion loading (in or out of
phase) and under three axes multiaxial loading can be represented in
the Crossland S N diagram (Figs. 15 and 16). Plot under the mean β
curve mean that the calculated fatigue equivalent stress is lower than
Fig. 9. Fatigue results in torsion cyclic loading – Stress ratio Rτ= 1 – Effect of surface roughness.
Fig. 10. Fatigue results in tensile cyclic loading – Ra=0.8 µm – Effect of stress ratio Rs.
Fig. 11. Fatigue results in torsion cyclic loading – Ra=0.8 µm – Effect of stress ratio Rs.
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experimental value corresponding to the same number of cycles to
failure, or an another way, the corresponding fatigue life prediction is
higher than experimental one so that prediction is not conservative.
One can observe a large scatter of predictions around the mean β
curve. In particular, Crossland criterion is not able to reproduce the
effect of shear mean stress (red triangular plots in Fig. 15). However,
one can remark that some results for combined tensile torsion loadings
are above the mean β curve, which means conservative fatigue life
predictions. For combined tensile and/or torsion and internal pressure,
results are quite all below the underlying dashed β curve which cor
responds to thirds of the mean lifetime (Fig. 16); for such loadings,
Crossland criterion is not able to give any good fatigue life predictions.
6. Conclusions
An exhaustive fatigue study of 2618 T851 aluminum alloy has been
realized; 66 fatigue tests have been conducted under various kinds of
loading: uniaxial tensile loading for 2 stress ratio (−2 and 0.1); tor
sional loading under two shear stress ratio ( 1 and 0.1); combined
tensile torsion loadings under in or out of phase conditions and dif
ferent stress ratio (−1 and 0.1); combined tensile torsion internal
pressure on tubular specimens. Effect of surface roughness induced by
machining on uniaxial fatigue behavior has also been investigated. It
has been observed that:
No significant influence of machined surface roughness on fatigue
resistance has been clearly observed for tensile loadings regardless
of the stress ratio; for torsion loadings, it is obvious that there is no
influence.
Fatigue behavior resistance is sensitive to mean tensile stress as well
Fig. 12. Fatigue results for tensile-torsion cyclic loading – Effect of in or out of phase for two values of biaxial stress ratio λ.
Table 3
Fatigue tests results under bi-axial tension-torsion.
Tension Torsion
σzzalt Rσ σzθalt Rτ Phase shift (°) λ Nf
40 1 110 1 0 2.75 1.243× 106
40 1 110 1 90 2.75 1.17× 106
150 1 70 1 0 0.47 2.64× 105
150 1 70 1 90 0.47 2.81× 105
150 1 100 0.1 90 0.67 7.425× 104
150 1 70 0.1 0 0.47 9.948× 104
150 0,1 70 1 90 0.47 3.356× 104
137 1 97 1 0 0.7 1.364× 106
95 1 193 1 0 2.03 2.05× 104
Fig. 13. Fatigue results in tensile-torsion cyclic loading – Effect of in or out of phase with mean normal stress or mean shear stress.
Table 4
Fatigue tests results under combined tensile-torsion-internal pressure.
Tensile Torsion Internal pressure Nf
σzzalt σzθalt σθθalt cycles
100 0 20.83 1.33×105
90 0 18.75 2.58×105
0 90 18.75 1.95×105
0 69 14.4 1.467× 106
100 100 20.83 1.94×104
69 69 14.4 1.14×105
50 50 10.4 > 106
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as mean shear stress.
Under combined tensile torsion loadings, the influence of phase
shift is negligible.
For all loadings, fatigue cracks initiate systematically on Al9FeNi
coarse intermetallic particles
Crossland generalized fatigue criterion is not able to reproduce
correctly the experimental results obtained with multiaxial fatigue
loadings, especially when mean shear stress and internal pressure is
Fig. 14. Crossland criterion characterization for 2618-T851 aluminum alloy.
Fig. 15. Results for combined tensile-torsion loadings (in and out of phase) for Al-2618-T851 in Crossland′s diagram.
Fig. 16. Results for combined tensile-torsion-internal pressure loadings for Al-2618-T851 in Crossland diagram.
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introduced.
It seems obvious that the specific microstructure of 2618 aluminum
alloy, characterized by a very high density of Al9FeNi coarse particles
disseminated in grains highly influence the fatigue behavior. Compared
to 2214 or 7050 aluminium alloys, such microstructure annihilates
surface roughness effect. Perhaps 2618 microstructure could also ex
plain the great influence of mean shear stress on fatigue resistance; this
must be investigated more precisely by looking carefully at the me
chanisms involved in the fatigue damage. Because of this particular
sensitivity, any multiaxial fatigue criteria which does not include some
mechanical terms relative to mean shear stress, such as Crossland used
in this paper, will not be able to provide good fatigue life predictions for
loading conditions including mean shear stress. Research work on a
new criterion, based on Macha Lagoda bi axial fatigue criterion, in
cluding shear mean stress, is currently in progress.
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